Thickness and angular dependent magnetic anisotropy of La 0.67 Sr 0.33 MnO 3 thin films by Vectorial Magneto Optical Kerr Magnetometry

S Chaluvadi, P. Perna, F Ajejas, J Camarero, A Pautrat, S Flament, Laurence Méchin

To cite this version:
S Chaluvadi, P. Perna, F Ajejas, J Camarero, A Pautrat, et al.. Thickness and angular dependent magnetic anisotropy of La 0.67 Sr 0.33 MnO 3 thin films by Vectorial Magneto Optical Kerr Magnetometry. 8th Joint European Magnetic Symposia (JEMS2016), Aug 2016, Glasgow, United Kingdom. pp.12021, 10.1088/1742-6596/903/1/012021 . hal-01631199

HAL Id: hal-01631199
https://hal.archives-ouvertes.fr/hal-01631199
Submitted on 8 Nov 2017

HAL is a multi-disciplinary open access archive for the deposit and dissemination of scientific research documents, whether they are published or not. The documents may come from teaching and research institutions in France or abroad, or from public or private research centers.

L’archive ouverte pluridisciplinaire HAL, est destinée au dépôt et à la diffusion de documents scientifiques de niveau recherche, publiés ou non, émanant des établissements d’enseignement et de recherche français ou étrangers, des laboratoires publics ou privés.
Thickness and angular dependent magnetic anisotropy of La$_{0.67}$Sr$_{0.33}$MnO$_3$ thin films by Vectorial Magneto Optical Kerr Magnetometry

To cite this article: S K Chaluvadi et al 2017 J. Phys.: Conf. Ser. 903 012021

View the article online for updates and enhancements.

Related content

- Colossal enhancement of magnetoresistance in La$_{0.67}$Sr$_{0.33}$MnO$_3$ thin films: possible evidence of electronic phase separation
  Soumik Mukhopadhyay, I Das and S Banerjee

- Current-processing–induced anisotropic conduction in manganite films
  Y. W. Xie, J. R. Sun, D. J. Wang et al.

- The effect of Ag doping on polycrystalline La$_{0.67}$Sr$_{0.33}$MnO$_3$ thin films
  J Li, C K Ong, Q Zhan et al.
Thickness and angular dependent magnetic anisotropy of La$_{0.67}$Sr$_{0.33}$MnO$_3$ thin films by Vectorial Magneto Optical Kerr Magnetometry

S K Chaluvadi$^1$, P Perna$^2$, F Ajejas$^2$, J Camarero$^{2,3}$, A Pautrat$^4$, S Flament$^1$ and L Méchin$^1$

$^1$GREYC (UMR 6072), CNRS - ENSICAEN – UCBN, 6 bvd Maréchal Juin, 14050 Caen Cedex, France
$^2$IMDEA-Nanociencia, Campus de Cantoblanco, 28049 Madrid, Spain
$^3$Universidad Autonoma de Madrid, Campus de Cantoblanco, 28049 Madrid, Spain
$^4$CRISMAT (UMR 6508), CNRS - ENSICAEN – UCBN, 6 bvd Maréchal Juin, 14050 Caen Cedex, France
E-mail: sandeep-kumar.chaluvadi@unicaen.fr; laurence.mechin@ensicaen.fr

Abstract. We investigate the in-plane magnetic anisotropy in La$_{0.67}$Sr$_{0.33}$MnO$_3$ thin films grown on SrTiO$_3$ (001) substrate using angular dependent room temperature Vectorial Magneto-Optical Kerr Magnetometry. The experimental data reveals that the magnetic anisotropy symmetry landscape significantly changes depending upon the strain and thickness. At low film thickness (12 and 25 nm) the dominant uniaxial anisotropy is due to interface effects, step edges due to mis-cut angle of SrTiO$_3$ substrate. At intermediate thickness, the magnetic anisotropy presents a competition between magnetocrystalline (biaxial) and substrate step induced (uniaxial) anisotropy. Depending upon their relative strengths, a profound biaxial or uniaxial or mixed anisotropy is favoured. Above the critical thickness, magnetocrystalline anisotropy dominates all other effects and shows a biaxial anisotropy.

1. Introduction
La$_{0.67}$Sr$_{0.33}$MnO$_3$ (LSMO) is considered to be a promising candidate for spintronic devices. It exhibits nearly 100% spin polarization and room temperature ferromagnetism ($T_c$~370K). LSMO thin film properties are very sensitive to thickness, strain, temperature etc. Due to the different lattice parameters between LSMO and SrTiO$_3$ (STO) (001), rhombohedral LSMO undergoes an in-plane biaxial tensile strain when grown on STO (001) and imposes a tetragonal distortion in to film. As STO (001) is cubic, the in-plane biaxial tensile strain induced into the film is isotropic and therefore inducing four-fold magnetic anisotropy. For a cubic crystal, the magneto-elastic energy is equal in all the directions. Hence, it does not contribute to anisotropy and the resultant biaxial magnetic anisotropy is due to strong influence from magneto-crystalline effects. Lecoeur, P. et al [1] observed biaxial anisotropy in LSMO film with buckled remanent spin states along $<110>_pc$ crystallographic axis. However, other studies also reported that LSMO films can exhibit a uniaxial anisotropy and it is because of the steps transferred into film from the mis-cut
angle of STO (001) substrate[2]. In addition to above studies, several authors artificially tuned uniaxial anisotropy of LSMO along the step edge direction by growing thin films on vicinal STO (001) substrates[3].

Here, we report thickness and angular dependent magnetic anisotropy studies of strained epitaxial LSMO thin films of various thicknesses (50, 25 and 12 nm) epitaxially grown onto STO (001) substrates by pulsed laser deposition technique.

2. Experimental details

The LSMO thin films were epitaxially grown on single crystal STO (001) substrates by pulsed laser deposition (PLD) technique. The films of three different thicknesses (50, 25 and 12 nm) were grown at 720°C and 0.35 mbar oxygen pressure. After deposition, films were immediately cooled down to room temperature at the rate of 10°C per minute at 7x10^-2 mbar oxygen background pressure. Room temperature magnetic anisotropy measurements in thin films were carried out by using high resolution angular dependent vectorial Magneto-Optical Kerr (v-MOKE)[4] magnetometry.

3. Results and discussion

The structural, electrical and magnetic transport measurements were studied and the results are tabulated in table 1. Thickness and angular dependent in-plane magnetic anisotropy studies of LSMO thin films grown on STO (001) substrates were performed at room temperature by v-MOKE magnetometry in longitudinal geometry. For all the measurements, the samples were mounted on eucentric goniometer that allows keeping constant the reflection plane during the angular measurements. For each film thickness,

<table>
<thead>
<tr>
<th>Substrate</th>
<th>LSMO film Thickness</th>
<th>Out-of-plane lattice parameter (nm) and strain (%)</th>
<th>FWHM (°)</th>
<th>RMS Roughness (nm)</th>
<th>Tp (K)</th>
<th>Tc (K)</th>
<th>Magnetic Anisotropy</th>
</tr>
</thead>
<tbody>
<tr>
<td>STO</td>
<td>50 nm</td>
<td>0.38511(-0.642)</td>
<td>0.119°</td>
<td>0.159</td>
<td>&gt;425</td>
<td>348</td>
<td>Biaxial + off-axis Uniaxial</td>
</tr>
<tr>
<td>STO</td>
<td>25 nm</td>
<td>0.38512(-0.645)</td>
<td>0.117°</td>
<td>0.127</td>
<td>369</td>
<td>345</td>
<td>Uniaxial</td>
</tr>
<tr>
<td>STO</td>
<td>12 nm</td>
<td>0.38492(-0.6914)</td>
<td>0.159°</td>
<td>0.17</td>
<td>349</td>
<td>340</td>
<td>Uniaxial</td>
</tr>
</tbody>
</table>

hysteresis loops were measured at different magnetic field directions within the film plane with an interval of 4.5° each for about 360°. Figure 1 shows the angular dependence of normalized remanence magnetization of LSMO/STO (001) films of varying thickness with easy axis (e.a) and hard axis (h.a) indicated by arrows respectively. Figure 1(a) shows the 2D plot of angular dependent remanence fields of LSMO film of 50 nm thick has biaxial anisotropy with easy axes aligned along <110> axis. Figure 1(b) shows the polar plot of remanence magnetization that has butterfly structure with four lobes showing a biaxial anisotropy. One should observe that the strength of easy axes is not same in all the directions and also the periodicity between easy axis and immediate hard axis is not exactly 45°, suggesting that there is an additional anisotropy present in the film (unless very weak) that is induced by the surface symmetry breaking due to the step formation. Therefore, there exists a competition between a biaxial (strong) due to magnetocrystalline anisotropy and uniaxial (weak) due to steps formation with a small offset angle. Moreover, as the thickness of the thin film decreases from 50 to 12 nm, there is a change in anisotropy from biaxial to uniaxial. The results are clearly visualized in the angular dependent 2D plots of the remanence magnetization (figure 1(d)) of the LSMO film of 25 nm thick. There are periodic oscillations observed with 180° periodicity and the easy axis is aligned along [100], whereas the hard axis is aligned along [010] axis. Figure 1(g) shows the remanence field at different angles for LSMO film of 12 nm thickness also shows uniaxial anisotropy. Also, there is a change in easy axis direction as compared to 25 nm film and this can due to the different mis-cut angle and direction of STO (001) substrate. Figure 1(e
and h) shows the remanence polar plots of 25 and 12 nm respectively, with symmetrical lobes clearly indicating a well-defined uniaxial anisotropy.

Figure 1: (a, d and g) v-MOKE angular dependent remanence magnetization of LSMO films of varying thickness grown on STO (001) substrate; (b, e, h and c, f, i) are the corresponding polar plots and AFM topography respectively.

As STO (001) is cubic, the LSMO film undergoes an in-plane biaxial tensile strain. The magneto-elastic energy (due to strain) is constant in the film plane. Therefore, the cause for anisotropy is not due to magneto-elastic effects but it is owing to defects in crystal structure. Due to step formation, there are broken bonds along the step edges and direction (as observed in AFM topography in figure 1(c, f and i). As the thickness of LSMO film decreases, magnetic anisotropy exhibits a strong uniaxial anisotropy. This suggests that the film at lower thickness has strong influence of steps and mis-cut angle from STO (001) substrates in determining the magnetic anisotropy. In order to obtain clear insight about the anisotropy, low temperature v-MOKE and in-plane XRD studies are underway.

Conclusion
In summary, we have presented the angular dependent in-plane magnetic anisotropy properties of LSMO thin films of different thicknesses grown on STO (001). The magnetic anisotropy behavior of LSMO thin film is thickness dependent. At lower thickness, uniaxial anisotropy is more predominant in LSMO films and is due to the step edges and mis-cut angle of STO (001) substrate. In the intermediate thickness range, there exists a competition between uniaxial and biaxial anisotropy. Depending upon their relative strength, either a uniaxial or biaxial or mixture of both is present. At higher thicknesses, the magneto-crystalline anisotropy dominates all other effects and leads to a bi-axial anisotropy.

References